Multicomponent synthesis of 4H-pyran derivatives using KOH loaded calcium oxide as catalyst in solvent free condition

Archana Dhakar a, Rupendra Goyal b, Archana Rajput a, Manvendra Singh Kaurav a, Vinod S. Tomar a and Dau D. Agarwal a

a SOS in Chemistry, Jiwaji University, Gwalior and 474011, India
b SOS in Pharmaceutical Sciences, Jiwaji University, Gwalior and 474011, India

ABSTRACT
A Convenient and green synthesis of 4H-pyran derivatives via one-pot multicomponent reaction of aromatic aldehydes, malononitrile and ethyl acetoacetate using KOH loaded CaO as a catalyst under solvent free condition is reported. The morphology of the catalyst has been characterized by XRD and TEM. This protocol have numerous advantages like lesser reaction time, environment friendly, low cost, easy to separate, and provide higher yield. The synthesized compounds have been characterized and confirmed by different spectroscopic techniques like 1H NMR, 13C NMR, FT-IR, and LC-MS.

© 2019 by the authors; licensee Growing Science, Canada.

Keywords: KOH loaded CaO, Aldehyde, Malononitrile, Ethyl acetoacetate, Knoevenagel condensation reaction

1. Introduction

Multicomponent reactions (MCRs) are based on three or more reactants reacting in one step to form a single product which includes portion of all reactants. Heterocyclic compounds having functionalized nitrogen and oxygen play a significant role in medicinal chemistry and have been frequently utilized as scaffolds for the development of drugs. MCRs play an important role in organic chemistry which have come out as an effective means for delivering the molecular diversity which have an important role in the combinatorial approaches for the preparation of heterocyclic compounds. MCRs, such as the Biginelli, Passerini, Ugi, and Hantzsch reactions provide a wide platform of important heterocyclic compounds. The MCRs contain their extensive range of significance in selectivity, synthetic convergence, and atom-economy. MCRs possess other benefits of effortlessness and synthetic effectiveness budding as a powerful means in modern synthesis of 4H-pyran derivatives in organic chemistry. 4H-pyran derivatives are widely used in organic synthesis especially for synthesizing natural products. It plays a significant role in the medicinal chemistry field owing to different biological and pharmacological activities of its derived substitutes like inhibiting tyrosinase and acting as anti-influenza virus agents. Also these derivatives can be used as pigments, fluorescent reagents, photoactive materials etc. different catalysts like cetyltrimethylammonium...
chloride (CTACl), Baker’s yeast, L-proline, sodium bromide (NaBr), phenyl boronic acid, piperidine, 
KF-montmorillonite, Ru, imidazole, nickel chloride (NiCl), nano-ZnO, S-proline, SiO2 –NPs, 4-
dimethylaminopyridine (DMAP) and triethyl amine (NEt3) were studied for the synthesis of pyrans via 
multicomponent reactions10. These methods were not found to be satisfactory because of the 
involvement of toxic catalyst, low yield, tedious method, harmful solvent and long reaction time, no 
reusability of the catalyst and difficulty for separation and purification of reaction mixture from the 
homogenous catalyst by filtration. In today scenario, tremendous efforts have been made to develop 
the new processes that minimize pollution in chemical synthesis, due to different types of 
heterogeneous catalysts are in demand within industry because of easy catalyst removal, recovery, and 
recycling. In recent years, KOH-loaded metal oxide catalyst has been investigated for biodiesel 
production.11 However 20% KOH-loaded CaO has not been used as catalyst in the synthesis of 4H-
pyran derivatives by multicomponent reactions. So in the present study, we have used KOH-loaded 
CaO as a catalyst in the multicomponent reactions of 4H-pyran derivatives and found a good yield in 
lesser time, good catalytic efficiency of recycled catalyst and this catalyst can be separated from 
reaction mixture by filtration and may be reused.

Initially, MCRs between ethyl acetoacetate (1.0 mmol) (1), malononitrile (2) (1.0 mmol), 
benzaldehyde (3) (1.0 mmol), in the presence of KOH loaded calcium oxide (10 mmol) as a catalyst 
was carried out under solvent free condition, at 60°C for 10 min (Scheme 1). The completion of the 
reaction is determined by thin layer chromatography (TLC) on silica gel. The structure of the 
synthesized compound (4a) was confirmed by 1H NMR, 13C NMR, FT-IR and LC-MS.

![Scheme 1.](image)

2. Results and Discussion

Initially, the reaction of ethyl acetoacetate (1), malononitrile (2) and benzaldehyde (3) has been 
carried out in a one pot under solvent free condition in the presence of a catalytic amount of Al2O3 at 
60°C, after 3 h the product (4a) was formed in 50% yield (Entry 4, Table 1). The product (4a) was 
characterized as 2-amino-3-cyano-5-ethoxycarbonyl-4-phenyl-6-methyl-4H-pyran, on the basis of 
spectral analysis and analytical data. Now same reaction was carried out in the presence of Fe2O3 as 
catalyst and the product (4a) was obtained in 35% yield after 3 h (Entry 5, Table 1). When the reaction 
was carried out in the presence of CaO (Entry 6, Table 1) as catalyst, the reaction takes place within 
3 h and product (4a) is formed with 45% yield but when KOH is used as a catalyst reaction proceed 
and product (4a) formed in 1 h in 50% yield. In the next reaction 20% KOH loaded CaO was used as a 
catalyst and reaction completed within 10 minutes with 92% yield of product (4a) (Entry 10, Table 
1) was obtained. It seems that, the basic medium plays an important role to provide high yield in lesser 
time. This result encouraged us to study the reaction in detail. Various catalysts have been studied under 
solvent free condition at 60°C for product yield and reaction time (Table 1). 20% KOH loaded CaO 
was found to be the most advantageous catalyst, In the presence of 20% KOH loaded CaO as catalyst, 
the reaction was completed after stirring for 10 minutes at 60°C. By increasing the quantity of KOH 
loading after 20% there was decreasing in the yield of product (4a). That needs for the optimization of 
KOH loading. However we also studied the effect of NaOH loaded catalyst on product yield, we found 
no equivalent changes (Entry 9, Table 1). The effect of catalyst loading and temperature has been 
given in Tables 2 and 3. The catalytic activity increased by increasing the concentration of KOH loading 
over CaO up to 20% due to the presence of high number of basic sites. However, loading of KOH
exceeds from 20-25 wt%, this excess KOH covered basic sites hence there is no increase in basic strength and surface areas so the catalytic activity were lower. When 20% KOH loading over CaO (Table 2) yield of 4H-Pyran derivatives increased upto 92%, however when the amount of loaded KOH exceeds 20% the yield of product decreased. This could be attributed to the agglomeration of KOH phase.

We studied the effect of various solvent on the product yield and reaction time where we found that solvent like CH₂Cl₂ or CHCl₃ did not give the preferred product (4a) in proper yield. Even though ethanol didn’t give the desire yield (Table 4). The reaction in ethanol could proceed smoothly under the same reaction conditions to afford the corresponding product (4a) in 70% yield (Entry 5, Table 4). When water used as a solvent then no product was formed, because of poor solubility of reaction mixture in water (Entry 7, Table 4). But when reaction was carried out in solvent free condition than product (4a) gives 92% yield (Entry 8, Table 4).

### Table 1. Effect of catalysts on yield of 4H-pyran derivative (4a) under solvent free condition at 60°C

| Entry | Catalyst | Reaction Time (Min) | Product Yield (%) |
|-------|----------|---------------------|-------------------|
| 1.    | KOH      | 60                  | 50                |
| 2.    | K₂CO₃    | 180                 | Trace             |
| 3.    | Na₂CO₃   | 120                 | 20                |
| 4.    | Al₂O₃    | 180                 | 50                |
| 5.    | Fe₂O₃    | 180                 | 35                |
| 6.    | CaO      | 180                 | 45                |
| 7.    | 20% KOH loaded Al₂O₃ | 55 | 30            |
| 8.    | 20% KOH loaded Fe₂O₃ | 60 | 40            |
| 9.    | 20% NaOH loaded CaO | 15 | 90            |
| 10.   | 20% KOH loaded CaO | 10 | 92            |

### Table 2. Effect of KOH loading on CaO

| Entry | KOH Loading (%) | Product Yield (%) |
|-------|-----------------|-------------------|
| 1.    | 5               | 75                |
| 2.    | 10              | 80                |
| 3.    | 15              | 85                |
| 4.    | 20              | 92                |
| 5.    | 25              | 90                |

### Table 3. Effect of temperature on yield of 4H-pyran derivative (4a) under solvent free condition using 20% KOH loaded CaO as catalyst

| Entry | Temperature | Yield (%) |
|-------|-------------|-----------|
| 1.    | RT          | 35        |
| 2.    | 40°C        | 52        |
| 3.    | 60°C        | 92        |
| 4.    | 70°C        | 80        |
| 5.    | 100°C       | No reaction  |

RT = Room Temperature

### Table 4. Effect of solvent on yield of 4H-pyran derivative (4a)

| Entry | Solvent | Catalyst | Time | Product Yield (%) |
|-------|---------|----------|------|-------------------|
| 1.    | Ethanol | CaO      | 5 h  | 62                |
| 2.    | Ethanol | KOH      | 6 h  | 45                |
| 3.    | CH₂Cl₂  | 20% KOH loaded CaO | 10 h | 30                |
| 4.    | CHCl₃   | 20% KOH loaded CaO | 7 h  | 25                |
| 5.    | Methanol| 20% KOH loaded CaO | 10 h | 70                |
| 6.    | Ethanol | 20% KOH loaded CaO | 5 h  | 70                |
| 7.    | Water   | 20% KOH loaded CaO | 10 h | No reaction       |
| 8.    | Solvent free | 20% KOH loaded CaO | 10 min | 92            |
On the basis of the literature, the reaction for one-pot reaction of 4H-pyrans was performed in two ways. The overall mechanism is given in Scheme 2. When ethyl acetoacetate (1) was reacted with aromatic aldehyde (3) or malononitrile (2) under solvent free condition in the presence of catalytic amount of 20% KOH loaded CaO at 60°C, signifying that the one-pot reaction should be initiated from malononitrile (2) and aromatic aldehyde (3) via Knoevenagel condensation reaction. In order to confirm our hypothesis, a step-wise reaction was performed. First benzylidene malononitrile intermediate was formed that was followed by Michael addition reaction of ethyl acetoacetate (1) with benzylidene malononitrile intermediate, catalyzed by 20% KOH loaded CaO, therefore, the intermediate was formed which undergo the intramolecular cyclization reaction to give the final product (4a).

Scheme 2.

The recyclability of the catalyst was studied using the residue after filtering off the reaction product in the model reaction. The catalyst was regenerated by washing sequentially with ethanol thrice and drying at 80°C for 3 h. It was observed that the effectiveness of the catalyst did not change significantly even after five cycles.

The production of 4H-pyran derivatives under given reaction conditions by stirring a mixture of ethyl acetoacetate, aromatic aldehyde and malononitrile in the presence of catalytic amount of KOH loaded CaO (10 mmol), under solvent free condition. It generated the desired 2-amino 4H-pyran derivative (4a) in very good yield (92%). The procedure was extended to synthesize other 2-amino 4H-pyran derivatives (Table 5) by changing aromatic aldehydes, a very good yield of desired products (4a-k) were obtained. It seems that there was no effect on yield of products (4a-k) by using different aromatic aldehydes bearing both electron-withdrawing groups and electron donating groups. The structures of the synthesized compounds (4a-k) were confirmed by ¹H NMR, and ¹³C NMR spectroscopy. Molecular mass of compounds (4a-k) were confirmed by liquid chromatography mass spectrometry (LC-MS). Functional groups in compounds (4a-k) were confirmed by Infra-red spectroscopy. Also, almost the same results were obtained for methyl acetoacetate upon stirring with aromatic aldehydes and malononitrile in the presence of catalytic amount of KOH loaded CaO (10 mmol) under similar reaction conditions. By optimizing the reaction parameters such as catalyst, catalyst loading, temperature and solvent, the suitability of the optimized protocol was observed for kinds of aromatic aldehydes. The synthesized products were successfully isolated and purified by recrystallization from warm ethanol without the use of chromatography.

2.1 Pretreatment of the catalyst, KOH loaded CaO

The catalyst was synthesized by using the grinding method. In this method, the measured ratio of KOH pellets and oxides were taken and grinded at room temperature using a mortar pestle till thick
slurry was obtained, after that the slurry was transferred from mortar pestle to a crucible and calcinated at 350°C for 180 minutes. After calcination the catalyst was taken out and stored in vacuum desiccator and used as such in multicomponent reactions. KOH was loaded over three oxides such as: Al₂O₃, CaO, and Fe₂O₃.

2.2 Characterization of KOH loaded CaO

The X-ray diffraction spectrum of the powdered KOH loaded CaO catalyst is shown in the Fig. 1 and FT-IR of 20% KOH loaded CaO is shown in the Fig. 2. Fig. 1 shows the XRD pattern of various concentration of KOH loaded CaO. There are three crystal phase: Ca(OH)₂ observed at 2θ = 28.70, 34.10, CaO observed at 2θ = 33.49, 37.40, 47.62, 54.12, 61.12 and K₂O observed at 2θ = 29.50, 31.40. New peak of CaO at 33.49 and K₂O at 31.40 were observed in XRD pattern and there is also increasing in intensity of peak (33.49, 31.40) when amount of KOH loading increased from 5% to 20%. The peaks (29.50, 33.49 and 31.40) disappeared when KOH loading is increased from 20% to 25%. This determines that the phase of K₂O is probably the cause of high catalytic activity. From Fig. 2 typical characteristic peaks of IR (KBr) at λ max 1438.62, 2849.31, 2918.44, 3643.76 cm⁻¹ were confirmed loading of KOH at CaO.

![Fig. 1. XRD of various concentration of KOH loaded CaO](image1)

![Fig. 2. FT-IR of 20% KOH loaded CaO](image2)
2.3 Transmission electron microscope analysis (TEM)

TEM images of 20% KOH loaded CaO are shown in Fig. 3(a) for fresh catalyst and Fig. 3(b) for recovered catalyst. The 20% KOH loaded CaO consist of rhombohedral structures. TEM images of 20% KOH loaded CaO indicated that particles have rhombohedral morphology that have varied size from 50 nm to 100 nm of fresh and 200 nm of recovered catalyst. The dark surface in the given images indicated the loading of KOH onto CaO surface.

![Fig. 3 (a). TEM images of fresh 20% KOH loaded CaO](image)

[Image description: TEM images showing fresh 20% KOH loaded CaO particles with a scale bar of 50 nm.]

![Fig. 3 (b). TEM images of recovered 20% KOH loaded CaO](image)

[Image description: TEM images showing recovered 20% KOH loaded CaO particles with a scale bar of 100 nm.]

Table 5. Synthesis of 4H-Pyran Derivatives Using KOH loaded Calcium Oxide as Catalyst

| Compounds | Time (min) | Yield (%) | Melting Points in °C |
|-----------|------------|-----------|----------------------|
|           |            |           | Observed | Reported |
| 4a        | 10         | 92        | 191-193  | 190-193[16] |
| Compound | Temperature (°C) | Reaction Time (min) | Yield (%) | Molar Mass (g/mol) | Literature (Ref.) |
|----------|------------------|---------------------|-----------|--------------------|------------------|
| 4b       | 60               | 90                  | 146-148   | -                  |                  |
| 4c       | 30               | 89                  | 166-168   | 163-165            | [19]             |
| 4d       | 20               | 88                  | 164-166   | -                  |                  |
| 4e       | 90               | 95                  | 167-169   | -                  |                  |
| 4f       | 120              | 91                  | 177-179   | 177-179            | [16]             |
| 4g       | 10               | 90                  | 177-179   | 181-182            | [16]             |
| 4h       | 55               | 93                  | 172-174   | 173-175            | [16]             |
| 4i       | 10               | 88                  | 175-177   | 172-175            | [16]             |
| 4j       | 20               | 93                  | 156-158   | 154-156            | [19]             |
| 4k       | 30               | 89                  | 178-180   | 176-178            | [19]             |

Reaction condition: Ethyl acetoacetate (1.0 mmol), benzaldehyde (1.0 mmol) and malononitrile (1.0 mmol) in the presence of 20% KOH loaded calcium oxide (10 mmol) as a catalyst was carried out under solvent free condition at 60°C.
Table 6. Comparative study of effect of catalyst for synthesizing 4H-Pyran derivatives

| Entry | Catalyst                  | Reaction time | Yield (%) |
|-------|---------------------------|---------------|-----------|
| 1     | SiO₂-NPs                  | 2h            | 85₁³      |
| 2     | DMAP                      | 3h            | 78₁⁴      |
| 3     | KF,Al₃O₃                 | 3h            | 90₁⁵      |
| 4     | NaOH                      | 8h            | 75₁₂      |
| 5     | NbCl₅                     | 72h           | 80₂       |
| 6     | Sodium alginate           | 170 min       | 88₁⁶      |
| 7     | CsF                       | 3.5 h         | 79₁⁷      |
| 8     | Potassium Phthalimide     | 35 min        | 89₁⁸      |
| 9     | Thiourea dioxide          | 40 min        | 90₁⁹      |
| 10    | 20% KOH loaded CaO        | 10 min        | 92        |

From the above tabulated data it can be concluded that 20% KOH loaded CaO catalyst has got the amazing features in comparison to other catalyst already reported in the literature. The reactions carried out by using the other catalyst have been employed in different types of solvents, while as in our study we have carried out our reaction in solvent free condition. Most of the reported catalysts are hazardous to environment and difficult to separate from reaction mixture but KOH loaded CaO is ecofriendly and easy to separate by filtration from reaction mixture and gives better yield in short reaction time.

3. Experimental section

All the reagents and the catalysts were purchased from Sigma-Aldrich Company, and used without any further purification. Synthesized compounds were recrystallized with warm ethanol. IR spectra were recorded on a Perkin–Elmer FT-IR spectrometer. ¹H NMR and ¹³C NMR spectra were recorded on a VARIAN 400 MHz spectrometer. Mass spectra were obtained from SHIMADZU 8030 mass spectrometer by the ESI method. The X-ray diffraction (XRD) patterns were recorded on a RIGAKU MINIFLEX 600 diffractometer with F.F.tube operated at 40 kV and 15 mA detector. The TEM analyses were performed on JEOL JEM-1230 electron microscope. Melting points were determined in an open capillary. TLC experiments were carried out using MERCK TLC aluminum sheets (silica gel) and chromatograms were visualized by exposing in iodine chamber or using UV-lamp.

3.1. General procedure for synthesis of benzylidene malononitrile intermediate.

A mixture of benzaldehyde (1 mmol) and malononitrile (1 mmol) were taken into a round-bottom flask (100 ml), catalytic amount of 20% KOH loaded over CaO (10 mmol) was added with slow stirring and was heated at 60°C, after sometime benzylidene malononitrile intermediate was formed. The steps of the reaction were monitored by TLC and spectral analysis.

White powder, mp 82°C, IR (KBr) λmax 2192, 1581 cm⁻¹; ¹H NMR (400 MHz, DMSO-d₆) δ 7.47 (t, 2H, J 8.44 Hz), 7.53 (t, 1H, J 8.24), 7.84 (d, 2H, J 8.3 Hz), 8.46 (s, 1H, CH); ¹³C NMR (DMSO-d₆) δ 168.1, 133.5, 130.1, 131.6, 128.9, 112.5, 111.4, 81.5. MS (ESI) for C₁₀H₆N₂ found 154.16.

3.2. General procedure for synthesis of 4H-pyran derivatives.

A mixture of benzylidene malononitrile intermediate and ethyl acetoacetate (1 mmol) were taken into a round-bottom flask (100 ml) and catalytic amount of 20% KOH loaded over CaO (10 mmol) was added while stirring mildly and was heated at 60°C. The steps of the reaction were monitored by TLC. After completion of the reaction, ethanol was added to the reaction mixture to dissolve the solid product and was filtered. The residue of KOH loaded CaO was washed thoroughly with warm ethanol until no compound was detected in the residue. The combined ethanolic solution was concentrated under vacuum and allowed to stand in the refrigerator to get pure crystalline product.

3.2.1. 2-amino-3-cyano-5-ethoxycarbonyl-4-phenyl-6-methyl-4H-pyran derivative (4a)

Yellowish solid, mp 191-193°C; IR (KBr) λmax 3403, 2190, 1692 cm⁻¹; ¹H NMR (400 MHz, DMSO-d₆) δ 1.33 (t, 3H, J = 6.0 Hz, OCH₂CH₃), 2.51 (s, 3H, CH₃), 4.32 (q, 2H, J = 7.2 Hz, OCH₂CH₃), 4.73 (s, 1H), 6.36 (br s, 2H, NH₂), 7.25-7.94 (m, 5H, C₆H₄); ¹³C NMR (400 MHz, DMSO-d₆), δ 13.12,
18.51, 36.85, 54.45, 65.13, 127.5, 128.4, 129.0, 132.2, 143.03, 164.0, 164.1, 168.5. MS (ESI) for \( \text{C}_{16}\text{H}_{16}\text{N}_{2}\text{O}_{3} \) found 284.11.

3.2.2. 2-amino-3-cyano-5-ethoxycarbonyl-4-(3-methoxyphenyl)-6-methyl-4H-pyran derivative (4b)

Yellow solid, mp 146–148°C, IR (KBr) \( \lambda_{\text{max}} \) 3328, 2192, 1602 cm\(^{-1}\); \(^{1}\)H NMR (400 MHz, DMSO-d\(_{6}\)) \( \delta \) 1.36 (t, 3H, J = 7.0 Hz, OCH\(_2\)CH\(_3\)), 2.25 (s, 3H, CH\(_3\)), 2.5-2.7 (s, 3H, OCH\(_3\)), 3.63 (q, 2H, J = 7.1 Hz, OCH\(_2\)CH\(_3\)), 4.38 (s, 1H,), 6.43 (s, 2H, NH\(_2\)), 6.51-6.69 (m, 4H,C\(_6\)H\(_4\)); \(^{13}\)C NMR (400 MHz, DMSO-d\(_{6}\)) \( \delta \) 31.3, 37.3, 37.1, 47.1, 65.2, 106.4, 117.1, 137.1,143.4, 149.2, 149.3, 152.1, 153.7. MS (ESI) for \( \text{C}_{17}\text{H}_{18}\text{N}_{2}\text{O}_{4} \) found 314.11.

3.2.3. 2-amino-3-cyano-2-ethoxy-5-ethoxycarbonyl-4-(3-hydroxyphenyl)-6-methyl-4H-pyran derivative (4c)

Yellow solid, mp 166–168°C; IR (KBr) \( \lambda_{\text{max}} \) 3478, 2202, 1692 cm\(^{-1}\); \(^{1}\)H NMR (400 MHz, DMSO-d\(_{6}\)) \( \delta \) 1.13 (t, 3H, J = 7.0 Hz, OCH\(_2\)CH\(_3\)), 3.31 (s, 3H, CH\(_3\)), 3.38 (s, 1H,), 3.98 (q, 3H, J = 7.0 Hz, OCH\(_2\)CH\(_3\)), 4.4-5.4(s,1H,OH), 6.93 ( s, 2H, NH\(_2\)), 7.10 ( m, 3H,C\(_6\)H\(_4\)), 7.35 (s,1H,C\(_6\)H\(_4\)); \(^{13}\)C NMR (400 MHz, DMSO-d\(_{6}\)), \( \delta \) 15.14, 19.52, 37.1, 55.03, 55.64, 106.4, 120.1, 128.4, 139.2, 143.4, 157.2, 164.1, 168.7. MS (ESI) for \( \text{C}_{16}\text{H}_{16}\text{N}_{2}\text{O}_{4} \) found 300.46.

3.2.4. 2-amino-3-cyano-5-ethoxycarbonyl-4-(2,4-diclorophenyl)-6-methyl-4H-pyran derivative (4d)

Yellow solid, mp 164–166°C, IR (KBr) \( \lambda_{\text{max}} \) 3476, 2203, 1685 cm\(^{-1}\); \(^{1}\)H NMR (400 MHz, DMSO-d\(_{6}\)) \( \delta \) 1.58 (t, 3H, J = 7.0 Hz, OCH\(_2\)CH\(_3\)), 3.4 (s, 3H, CH\(_3\)), 2.48 (s, 3H, CH\(_3\)), 3.42 (q, 2H, J = 7.0 Hz, OCH\(_2\)CH\(_3\)), 4.38 (s, 1H,), 5.88 ( s, 2H, NH\(_2\)), 7.34( dd, 2H,C\(_6\)H\(_4\)), 7.94-7.21(s,1H,C\(_6\)H\(_4\)); \(^{13}\)C NMR (400 MHz, DMSO-d\(_{6}\)), \( \delta \) 18.4, 19.4, 37.3, 57.1, 58.2, 106.4, 120.1, 127.4, 128.4, 141.2, 157.2, 160.1, 165.7. MS (ESI) for \( \text{C}_{16}\text{H}_{14}\text{N}_{2}\text{O}_{3}\text{Cl}_{2} \) found 353.90.

3.2.5. 2-amino-3-cyano-2-ethoxy-5-ethoxycarbonyl-4-(2-hydroxyphenyl)-6-methyl-4H-pyran derivative (4e)

Yellow solid, mp 167–169°C; IR (KBr) \( \lambda_{\text{max}} \) 3329, 2190, 1693 cm\(^{-1}\); \(^{1}\)H NMR (400 MHz, DMSO-d\(_{6}\)) \( \delta \) 1.17 (t, 3H, J = 7.0 Hz, OCH\(_2\)CH\(_3\)), 2.16 (s, 3H, CH\(_3\)), 4.04 (q, 2H, J = 7.0 Hz, OCH\(_2\)CH\(_3\)), 4.38 (s, 1H), 4.3-5.2(s,1H,OH), 6.68 ( s, 2H, NH\(_2\)), 7.03-7.6 ( m, 4H,C\(_6\)H\(_4\)); \(^{13}\)C NMR (400 MHz, DMSO-d\(_{6}\)), \( \delta \) 16.7, 35.6, 37.3, 57.3, 61.4, 113.6, 114.3, 123.4, 131.2, 143.4, 154.4, 162.2, 163.7. MS (ESI) for \( \text{C}_{16}\text{H}_{16}\text{N}_{2}\text{O}_{4} \) found 300.45.

3.2.6. 2-amino-3-cyano-5-ethoxycarbonyl-4-(4-methylphenyl)-6-methyl-4H-pyran derivative (4f)

Yellow solid, mp 177–179°C, IR (KBr) \( \lambda_{\text{max}} \) 3410, 2197, 1696 cm\(^{-1}\); \(^{1}\)H NMR (400 MHz, DMSO-d\(_{6}\)) \( \delta \) 2.38 (t, 3H, J = 7.0 Hz, OCH\(_2\)CH\(_3\)), 2.4-3.6(s,3H,CH\(_3\)), 2.43 (s, 3H, CH\(_3\)), 4.00 (s, 1H,), 4.5 (q, 2H, J = 7.0 Hz, OCH\(_2\)CH\(_3\)), 5.87 ( s, 2H, NH\(_2\)), 7.16-7.85( dd, 2H,C\(_6\)H\(_4\)), 7.16-7.85(m, 4H,C\(_6\)H\(_4\)); \(^{13}\)C NMR (400 MHz, DMSO-d\(_{6}\)), \( \delta \) 13.7, 18.3, 38.1, 58.2, 60.2, 108.5, 116.2, 117.5, 129.2, 147.4, 157.4, 162.1, 162.7. MS (ESI) for \( \text{C}_{16}\text{H}_{16}\text{N}_{2}\text{O}_{3} \) found 298.45.

3.2.7. 2-amino-3-cyano-5-ethoxycarbonyl-4-(2-nitrophenyl)-6-methyl-4H-pyran derivative (4g)

Yellow solid, mp 177–179°C, IR (KBr) \( \lambda_{\text{max}} \) 3454, 2208, 1692 cm\(^{-1}\); \(^{1}\)H NMR (400 MHz, DMSO-d\(_{6}\)) \( \delta \) 1.10 (t, 3H, J = 7.0 Hz, OCH\(_2\)CH\(_3\)), 2.4 (s, 3H, CH\(_3\)), 3.04 (q, 2H, J = 7.0 Hz, OCH\(_2\)CH\(_3\)), 3.37 (s, 1H), 5.79 ( s, 2H, NH\(_2\)), 7.34-7.61( m, 4H,C\(_6\)H\(_4\)); \(^{13}\)C NMR (400 MHz, DMSO-d\(_{6}\)), \( \delta \) 13.7, 17.4, 38.1, 58.2, 60.2, 108.5, 116.2, 117.5, 129.2, 147.4, 157.4, 162.1, 167.7. MS (ESI) for \( \text{C}_{16}\text{H}_{15}\text{N}_{3}\text{O}_{5} \) found 329.45.
3.2.8. 2-amino-3-cyano-5-ethoxycarbonyl-4-(4-chlorophenyl)-6-methyl-4H-pyran derivative (4h)

Yellow solid, mp 172–174°C, IR (KBr) \( \lambda \max \) 3403, 2209, 1691 cm\(^{-1}\); \(^1\)H NMR (400 MHz, DMSO-\( d_6 \)) \( \delta \) 1.12 (t, 3H, \( J = 7.0 \) Hz, OCH\(_2\)CH\(_3\)), 2.35 (s, 3H, CH\(_3\)), 3.05 (q, 2H, \( J = 7.0 \) Hz, OCH\(_2\)CH\(_3\)), 3.38 (s, 1H), 5.17 (s, 2H, NH\(_2\)), 7.3-7.34(dd, 2H, C\(_6\)H\(_4\)); \(^1\)C NMR (400 MHz, DMSO-\( d_6 \)) \( \delta \) 13.7, 18.3, 38.1, 59.4, 60.4, 107.4, 115.4, 119.6, 129.1, 140.2, 158.2, 161.2, 167.7. MS (ESI) for C\(_{16}\)H\(_{15}\)N\(_2\)O\(_3\)Cl found 318.45.

3.2.8. 2-amino-3-cyano-5-ethoxycarbonyl-4-(4-nitrophenyl)-6-methyl-4H-pyran derivative (4i)

White solid, mp 175–177°C, IR (KBr) \( \lambda \max \) 3404, 2200, 1691 cm\(^{-1}\); \(^1\)H NMR (400 MHz, DMSO-\( d_6 \)) \( \delta \) 1.54 (t, 3H, \( J = 7.0 \) Hz, 3H, OCH\(_2\)CH\(_3\)), 2.37 (s, 3H, CH\(_3\)), 3.54 (q, 2H, \( J = 7.0 \) Hz, OCH\(_2\)CH\(_3\)), 4.38 (s, 1H), 6.18 (s, 2H, NH\(_2\)), 6.93-7.22 (m, 4H, C\(_6\)H\(_4\)); \(^1\)C NMR (400 MHz, DMSO-\( d_6 \)), \( \delta \) 13.9, 18.5, 38.3, 59.1, 60.4, 107.6, 115.3, 116.6, 129.1, 144.4, 158.4, 161.1, 163.9. MS (ESI) for C\(_{16}\)H\(_{15}\)N\(_3\)O\(_5\) found 329.14.

3.2.9. 2-amino-3-cyano-5-ethoxycarbonyl-4-(3-chlorophenyl)-6-methyl-4H-pyran derivative (4j)

Yellow solid, mp 156–158°C, IR (KBr) \( \lambda \max \) 3399, 2184, 1698 cm\(^{-1}\); \(^1\)H NMR (400 MHz, DMSO-\( d_6 \)) \( \delta \) 1.12 (t, 3H, \( J = 7.0 \) Hz, OCH\(_2\)CH\(_3\)), 2.34 (s, 3H, CH\(_3\)), 3.46 (q, 2H, \( J = 7.1 \) Hz, OCH\(_2\)CH\(_3\)), 4.39 (s, 1H), 6.18 (s, 2H, NH\(_2\)), 6.93-7.22 (m, 4H, C\(_6\)H\(_4\)); \(^1\)C NMR (400 MHz, DMSO-\( d_6 \)), \( \delta \) 13.7, 18.5, 38.7, 59.4, 60.5, 107.7, 115.8, 119.7, 129.3, 141.3, 157.3, 162.0, 168.8. MS (ESI) for C\(_{16}\)H\(_{15}\)N\(_2\)O\(_3\)Cl found 318.45.

3.2.10. 2-amino-3-cyano-5-ethoxycarbonyl-4-(2-chlorophenyl)-6-methyl-4H-pyran derivative (4k)

Yellow solid, mp 178–180°C, IR (KBr) \( \lambda \max \) 3430, 2195, 1688 cm\(^{-1}\); \(^1\)H NMR (400 MHz, DMSO-\( d_6 \)) \( \delta \) 1.09 (t, 3H, \( J = 7.0 \) Hz, OCH\(_2\)CH\(_3\)), 2.34 (s, 3H, CH\(_3\)), 3.35 (q, 2H, \( J = 7.0 \) Hz, OCH\(_2\)CH\(_3\)), 4.36 (s, 1H), 6.18 (s, 2H, NH\(_2\)), 7.0-7.73 (m, 4H, C\(_6\)H\(_4\)); \(^1\)C NMR (400 MHz, DMSO-\( d_6 \)), \( \delta \) 13.6, 18.7, 38.7, 59.3, 60.6, 107.3, 115.2, 120.5, 129.8, 140.7, 158.6, 161.5, 167.3. MS (ESI) for C\(_{16}\)H\(_{15}\)N\(_2\)O\(_3\)Cl found 318.45.

4. Conclusion

Here in this present work, we have developed a new catalyst for the synthesis of 4H-pyran derivatives via multicomponent reaction in solvent free condition and we suggested a mechanism for the synthesis of 4H-pyran derivatives. This protocol provides a new platform for the synthesis of medicinal important compounds.

Acknowledgments

Authors are highly thankful to Dr. A.P.J. Abdul Kalam Central Instrumental facility of Jiwaji University, Gwalior for spectral analysis.

References

1. Thirumurugan, P., Nandakumar, A., Muralidharan, D., & Perumal, P. T. (2009). Simple and Convenient Approach to the Kröhnke Pyridine Type Synthesis of Functionalized Indol-3-yl Pyridine Derivatives Using 3-Cyanoacetyl Indole. J. Comb. Chem., 12(1), 161-167.
2. de Souza Siqueira, M., & da Silva-Filho, L. C. (2016). NbCl\(_5\)-promoted the synthesis of 4H-pyran through multicomponent reaction. Tetrahedron Lett., 57(46), 5050-5052.
3. Uckun, F. M., Mao, C., Vassilev, A. O., Huang, H., & Jan, S. T. (2000). Structure-based design of a novel synthetic spiroketal pyran as a pharmacophore for the marine natural product spongistatin 1. *Bio. Org. Med. Chem. Lett.*, 10(6), 541-545.

4. Taylor, N. R., Cleasby, A., Singh, O., Skarzynski, T., Wonacott, A. J., Smith, P. W., ... & Colman, P. (1998). Dihydropyran-carboxamides related to zanamivir: a new series of inhibitors of influenza virus sialidases. 2. Crystallographic and molecular modeling study of complexes of 4-amino-4H-pyran-6-carboxamides and sialidase from influenza virus types A and B. *J. Med. Chem.*, 41(6), 798-807.

5. Kang, S. S., Kim, H. J., Jin, C., & Lee, Y. S. (2009). Synthesis of tyrosinase inhibitory (4-oxo-4H-pyran-2-yl) acrylic acid ester derivatives. *Bioorg. Med. Chem. Lett.*, 19(1), 188-191.

6. Wyatt, P. G., Coomber, B. A., Evans, D. N., Jack, T. I., Fulton, H. E., Wonacott, A. J., ... & Varghese, J. (2001). Sialidase inhibitors related to zanamivir. Further SAR studies of 4-amino-4H-pyran-2-carboxylic acid-6-propylamides. *Bioorg. Med. Chem. Lett.*, 11(5), 669-673.

7. Nakajima, H., Sonomoto, K., Sato, F., Yamada, Y., & Tanaka, A. (1990). Pigment synthesis by immobilized cultured cells of Lavandula vera and characterization of a component of the pigments. *Agric. Biol. Chem.*, 54(1), 53-59.

8. Suzuki, Y., & Yokoyama, K. (2005). Design and synthesis of intramolecular charge transfer-based fluorescent reagents for the highly-sensitive detection of proteins. *J. Am. Chem. Soc.*, 127(50), 17799-17802.

9. Armesto, D., Horspool, W. M., Martin, N., Ramos, A., & Seoane, C. (1989). Synthesis of cyclobutenes by the novel photochemical ring contraction of 4-substituted 2-amino-3, 5-dicyano-6-phenyl-4H-pyrans. *J. Org. Chem.*, 54(13), 3069-3072.

10. Kumar, C. U., Sethukumar, A., & Prakasham, B. A. (2013). Synthesis and spectral studies of some 4H-pyran derivatives: Crystal and molecular structure of isobutyl 6-amino-5-cyano-2-methyl-4-phenyl-4H-pyran-3-carboxylate. *J. Mol. Struct.*, 1036, 257-266.

11. Sahu, P. K., Sahu, P. K., & Agarwal, D. D. (2015). Role of basicity and the catalytic activity of KOH loaded MgO and hydrotalcite as catalysts for the efficient synthesis of 1-[[2-benzothiazolylamino] arylmethyl]-2-naphthalenols. *RSC Advance*, 5(85), 69143-69151.

12. Xu, X., Shi, W., Zhou, Y., Wang, Y., Zhang, M., Song, L., & Deng, H. (2015). Convenient one-pot synthesis of monofluorinated functionalized 4-H-pyran derivatives via multi-component reactions. *J. Fluorine Chem.*, 176, 127-133.

13. Banerjee, S., Horn, A., Khatri, H., & Sereda, G. (2011). A green one-pot multicomponent synthesis of 4H-pyrans and polysubstituted aniline derivatives of biological, pharmacological, and optical applications using silica nanoparticles as reusable catalyst. *Tetrahedron Lett.*, 52(16), 1878-1881.

14. Khan, A. T., Lal, M., Ali, S., & Khan, M. M. (2011). One-pot three-component reaction for the synthesis of pyran annulated heterocyclic compounds using DMAP as a catalyst. *Tetrahedron Lett.*, 52(41), 5327-5332.

15. Kharbangar, I., Rohman, M. R., Mecadon, H., & Myrboh, B. (2012). KF-Al2O3 as an Efficient and Recyclable Basic Catalyst for the Synthesis of 4H-Pyran-3-carboxylates and 5-Acetyl-4H-pyrans. *Int. J. Org. Chem.* 2(03), 282.

16. Dekamin, M. G., Peyman, S. Z., Karimi, Z., Javanshir, S., Naimi-Jamal, M. R., & Barikani, M. (2016). Sodium alginate: An efficient biopolymeric catalyst for green synthesis of 2-amino-4H-pyran derivatives. *Int. J. Biol. Macromol.*, 87, 172-179.

17. Wagh, Y. B., Tayade, Y. A., Padvi, S. A., Patil, B. S., Patil, N. B., & Dalal, D. S. (2015). A cesium fluoride promoted efficient and rapid multicomponent synthesis of functionalized 2-amino-3-cyano-4H-pyran and spirooxindole derivatives. *Chinese Chem. Lett.*, 26(10), 1273-1277.

18. Kiyani, H., & Ghorbani, F. (2014). Potassium phthalimide promoted green multicomponent tandem synthesis of 2-amino-4H-chromenes and 6-amino-4H-pyran-3-carboxylates. *J. Saudi Chem. Soc.*, 18(5), 689-701.

19. Mansoor, S. S., Logaiya, K., Aswin, K., & Sudhan, P. N. (2015). An appropriate one-pot synthesis of 3, 4-dihydropyran [c] chromenes and 6-amino-5-cyano-4-aryl-2-methyl-4 H-pyrans with
thiourea dioxide as an efficient, reusable organic catalyst in aqueous medium. *J. Taibah Univ. Sci.*, 9(2), 213-226.

© 2019 by the authors; licensee Growing Science, Canada. This is an open access article distributed under the terms and conditions of the Creative Commons Attribution (CC-BY) license (http://creativecommons.org/licenses/by/4.0/).